Manufacturing and Marketing
Eastern Hardwood Lumber
Produced by Thin Kerf Band Mills

Daniel L. Cassens
Manufacturing and Marketing
Eastern Hardwood Lumber
Produced by Thin Kerf Band Mills

Daniel L. Cassens

Contents
Chapter 1. Introduction: Why Thin Kerf Band Mills? ........................................... 1
Chapter 2. Eastern Hardwood Resource ................................................................. 9
Chapter 3. Wood Quality and Characteristics .................................................... 19
Chapter 4. Hardwood Lumber Pricing and Grading ............................................. 43
Chapter 5. Softwood Lumber Grading ................................................................. 63
Chapter 6. Log and Tree Scaling Techniques ....................................................... 77
Chapter 7. Forest Service Hardwood Log Grades, Tree Grades, and Yields ............. 103
Chapter 8. Hardwood Logs and Trees for Fine Face Veneer ............................... 157
Chapter 9. Bucking, Sawing, Edging, and Trimming Techniques ......................... 181
Chapter 10. Wood Residues and Potential Markets ........................................... 209
Chapter 11. Wood Moisture and Drying .............................................................. 227
Chapter 12. Insect Damage to Trees, Lumber, and Finished Products ................... 279
Chapter 13. Stain in Logs, Lumber, and Finished Products ................................... 303
Chapter 14. Structure of the Hardwood Lumber Industry ................................... 321
Chapter 15. Trends in Marketing Wood Products ............................................... 331
Chapter 16. Sales Techniques ............................................................................ 359
Chapter 3. Wood Quality and Characteristics

Contents
Tree Growth ................................................................. 21
Annual Rings ................................................................. 24
Distinct Surfaces in Wood ................................................ 30
Heartwood and Sapwood ................................................. 30
Natural Durability .......................................................... 32
Spiral and Interlocked Grain ............................................. 34
Abnormal Wood ............................................................. 34
Juvenile Wood ............................................................... 35
Reaction Wood .............................................................. 35
Growth Stress in Logs ..................................................... 37
Nomenclature ................................................................. 40
References ................................................................. 41
For More Information on Wood Properties ............................ 41

Tables
Table 3-1. Growth ring pattern of various hardwoods .................. 26
Table 3-2. Decay resistance of the heartwood of common species ...... 33

Figures
Figure 3-1. Examples of a large chambered pith in walnut and a solid pith in yellow-poplar. Pith runs the entire length of the stem but, due to irregularities, it usually weaves in and out of a board. ........................................... 22
Figure 3-2. Cross section of a log showing several important features. ........................................... 23
Figure 3-3. These two pieces of red oak are 5 to 5½ inches wide. The one on the bottom contains three complete and two partial rings. It is a fast-growing southern species called water oak. The top piece is average growth northern red oak and has 30 rings. ......................... 24
Figure 3-4. Very slow growth white oak 2 by 4 taken from an 1870s house. Only large weak earlywood cells are present, making it nearly impossible to count the rings. The brash break occurred because of the very slow growth rate in a ring porous wood. The diagonal light-colored lines are the wood rays. ........................................... 25
Figure 3-5. Earlywood and latewood within an annual ring. .................. 25
Figure 3-6. Examples of longitudinal (top) and end grain (bottom) characteristics in hardwoods. For each category, three different sawing and grain patterns are shown.
A. Ring porous red oak, shown in flat sawn, quarter sawn, and rift cut boards.
B. Semi-ring porous walnut, shown in flat sawn, quarter sawn, and rift cut boards.
C. Diffuse porous hard maple, shown in flat sawn, quarter sawn, and rift cut boards. ........ 27
Figure 3-7. Scanning electron micrograph of ring porous white oak shows the transition between the large earlywood pores and the small dense cells in the latewood from the previous year. ...................................................... 28

Figure 3-8. Scanning electron micrograph of yellow-poplar, a diffuse porous wood. The pores are a fairly constant size throughout the growth ring. ................................. 29

Figure 3-9. Scanning electron micrograph of southern yellow pine, a softwood, showing earlywood and dense latewood. Note the uniformity of the cell structure................................................................. 29

Figure 3-10. From top to bottom: Flat sawn (tangential direction), rift cut, and quarter sawn (radial direction) boards. Ray fleck shows in the quarter-sawn board. ................................................................. 31

Figure 3-11. Spiral grain can be seen on this white oak log. ...................................................... 34

Figure 3-12. Interlocked grain in sweetgum. Note how the wood did not split uniformly but developed a wavy pattern. ................................................................. 35

Figure 3-13. Compression wood is found on the lower side of leaning softwood trees. ................. 36

Figure 3-14. Tension wood is found in the upper side of leaning hardwood trees and branches. This is an extreme example. ................................................................. 37

Figure 3-15. The tree stem shows tension in the outer portion and compression in the central part. In a board cut loose from the surface, both ends will be bowed outward...................................................... 38

Figure 3-16. The release of growth stress resulted in a board that is bowed up towards the outside of the log and a work piece that is bowed down. ......................... 39

Figure 3-17. This high quality walnut veneer log has severely degraded due to the release of growth stress. ...................................................... 39
Hardwood trees are biological organisms that we see and enjoy everyday, but we seldom consider the complex nature of how they grow and of the many different uses that are often based on each species’ unique features. Furthermore, the wood produced by each species is equally complex, but substantially different in its characteristics from one species or group of species to another. Without fully understanding the complexity and variability of wood, people have been successful in adopting it for many uses. An understanding of some of the basic characteristics and properties of wood, however, can help solve problems when they arise in current applications, help identify new uses or substitutes, and enable an even greater appreciation of the resource.

This chapter briefly describes the important characteristics of trees and wood.

**Tree Growth**

As a tree first begins to grow from a seed or as a root or stump sprout, the new stem is soft and tender. By the end of the first growing season, substantial changes have occurred in the cellular structure, and the young shoot appears woody.

The very center of the stem is composed of pith. Depending on species, pith may range from the size of the lead in a pencil (as in oak) to a quarter inch or so in diameter (as in walnut). Pith is soft textured, easily distinguished from solid wood, and in lumber grading it cannot be included in clear or sound cuttings. Examples of pith are shown in Figure 3-1.
Wood Quality and Characteristics

Figure 3-1. Examples of a large chambered pith in walnut (left) and a solid pith in yellow-poplar (right). Pith runs the entire length of the stem but, due to irregularities, it usually weaves in and out of a board.

To the outside of the pith is a series of continuous layers of wood (Figure 3-2). Each year, a new layer of wood is formed, hence the term annual ring or growth increment. To the outside of the annual rings is the cambium, which is responsible for the formation of additional rings (wood) of tree growth as well as additional phloem and bark.

The cambium (Figure 3-2) may be viewed as a thin cylinder of just one to a few generative cells surrounding the woody portion of the stem and protected
by layers of phloem. It cannot be seen by the naked eye. Each growing season the cambium forms a layer of wood and a much thinner layer of bark. The wood cells (xylem) become thick-walled and lignified; each new layer of inner bark (phloem) pushes the older, nonfunctional bark outward as the stem enlarges. Successive cork cambia are formed in the older portion of the bark to produce outer layers of suberized cork cells and lignified stone cells. Tissues outside the cork cambia die. They are eventually sloughed off. The activity of the cork cambium gives trees their characteristic bark patterns.

Water from tree roots is conducted upward through the outer portion of the woody cylinder by tensions created in the crown and distributed to the cambium and other living cells. Food in the form of sugar, synthesized in the leaves, is transported through the living inner bark to the cambium, where cell division takes place. Sugars are also conducted radially and stored, mostly as starch, in the horizontal rays. Rays (Figures 3-2, 3-4, 3-6, 3-8, 3-10) are so named because they radiate outward from the pith. They may be very fine and unnoticeable to the eye, as in gum or aspen, or they may be rather broad, as in oak, to produce the ray fleck pattern so characteristic of quartered oak. End checking of logs and lumber usually occurs at the interface of a ray and adjacent longitudinal tissue. For more information on end checking, see the chapter entitled “Wood Moisture and Drying.”

Height and lateral growth of trees occur through the meristimatic regions of the buds on the limb tips. In these regions new cells are added during each growing season; the cells elongate, thus adding height and breadth to the tree. A spike driven in a tree at 4 feet above ground level will remain there regardless of how high the tree grows or how wide its branches may extend, since height